# $E$ ects of $C$ harge $O$ rdering on $S p$ in $-W$ ave of $Q$ uarter $F$ illed <br> Spin-D ensity $-W$ ave States 

<br>${ }^{1}$ D epartm ent of $P$ hysics, $N$ agoya U niversity, $N$ agoya 464-8602<br>${ }^{2}$ Research Institute for $H$ igher E ducation P rogram S, H okkaido T okai U niversity, Sapporo 005-8601

(Received January 15, 2002)


#### Abstract

Spin-w ave excitations of quarter- led spin-density-wave state, which coexists with charge ordering, have been studied for one-dim ensional extended $H$ ubbard $m$ odel $w$ th the nearestneighbor repulsive interaction ( $V$ ) and next-nearest-neighbor one ( $V_{2}$ ). W e calculate dispersion relations for the acoustic and optical spin-w ave with in the random phase approxim ation. O ur num erical calculation show sthat energy spectrum of the acoustic branch is well described by a simple sine function form. In the states coexisting $w$ ith charge-density-w ave, the spin-w ave velocity decreases $w$ ith increasing $V$ or $V_{2}$. O ur num erical result, that velocity reduces to zero in the lim it of large $V$ or $V_{2}$, is analyzed in term $s$ of a spin $1 / 2 H$ eisenberg $m$ odelw ith e ective antiferrom agnetic exchange interaction.


KEYW ORD S: collective m ode, spin-wave, spin-density-wave, charge ordering, quarter- lled band, extended Hubbard m odel, nearest-neighbor interaction, next-nearest-neighbor interaction

## x1. Introduction

O rganic conductors, tetram ethyltetraselenafulvalene (TM TSF) and tetram ethyltetrathiafiulvalene (TMTTF)
 low dim ension, exotic spin-density-w ave (SDW ) states, which coexist w ith the charge-density-w ave (CDW ), e.g., $4 \mathrm{k}_{\mathrm{F}}$ CDW in TMTTF salt and $2 \mathrm{k}_{\mathrm{F}}$ C.D.W in TMTSF
 have been analyzed in term $s$ of the extended H ubbard m odel w ith several repulsive interactions. A pplying the $m$ ean- eld theory, it is show $n$ that the interactions $w$ ith nite-range play a crucial role for the coexistence. The coexistence of SD W w ith $4 \mathrm{k}_{\mathrm{F}}$ CDW ( $2 \mathrm{k}_{\mathrm{F}}$ CDW ) appears $w$ hen the nearest-neighbor repulsive interaction $V$, (the next-nearest-neighbor repulsive interaction $V_{2}$ ) becom es


The uctuations around the SDW ground state have been exam ined extensively by calculating the collective $m$ odes $w$ thin the random phase approxim ation (RPA). Them odes for charge and spin uctuations in the presence of only on-site repulsive interaction . (II ) w ere evaluated for the incom $m$ ensurate $S D$ W ${ }^{7}$ com $m$ ensurate SDW state at quarter- lling $\left.g_{4}^{n}, 12131\right)$ where the latter $m$ ay be relevant to above organic conductors. The com $m$ ensurability energy induces an excitation gap in the charge excitation where the gap becom es zero at $\mathrm{V}=\mathrm{V}_{\mathrm{c}}{ }^{\left(11^{41}\right)} \mathrm{W}$ hen $\mathrm{V}=\mathrm{V}, \mathrm{c}$, a coex istent state of $2 \mathrm{k}_{\mathrm{F}}$ SD W and $4 \mathrm{k}_{\mathrm{F}} \mathrm{CDW}$ appears ${ }^{\left(5^{5}\right)}$ and the harm onic potential for the charge uctuation vanishes. T he presence of $\mathrm{V}_{2}$ leads to an unusualground statew here $2 \mathrm{k}_{\mathrm{F}}$ SDW coexistswith


[^0]W hen $\mathrm{V}_{2}=\mathrm{V}_{2 \mathrm{c}}$, one nds the disappearance of the harm onic potential w th respect to the relative m otion betw een the density wave of the up spin and that of the down spin. For large $V_{2}$, a new collective $m$ ode $w$ ith an excitation gap appears where the $m$ ode describes the relative $m$ otion of density $w$ aves $w$ ith opposite spin followed by am plitude m ode pf $2 \mathrm{k}_{\mathrm{F}}$ CDW . The excitation gap vanishes at $V_{2}=V_{2 c}{ }^{\text {¹61)}}$
W hile the spin-w ave $m$ odes at quarter- lling $w$ as calculated for the conventional H ubbard m odel 12,13 m uch of their problem $s$ is not know $n$ in the presence of $V$ and $V_{2}$. The excitation $w$ ith long-w avelength has been calculated w thin the RPA for the case of $V \in 0$ and $V_{2}=01^{7 n}$ and for the spin-w ave velocity as a function of $V_{-}$pr $V_{2^{-1}}^{\left({ }^{18)}\right.}$ based on a functional integral formulation 19) The latter has show $n$ that the spin w ave velocity decreases to zero (a nite value) w ith increasing $V$ ( $V_{2}$ ) when $2 \mathrm{k}_{\mathrm{F}}$ SDW coexistsw ith $4 \mathrm{k}_{\mathrm{F}}$ CDW ( $2 \mathrm{k}_{\mathrm{F}}$ SDW coexistsw ith $2 \mathrm{k}_{\mathrm{F}}$ CDW and $4 \mathrm{k}_{\mathrm{F}}$ SDW ). In the path integral $m$ ethod, it rem ains an open question how to-treat the coupling to long-w avelength spin uctuations ${ }^{(18)}$

In the present paper, we exam ine the acoustic and optical spin-wave $m$ odes in the presence of $V$ and $V_{2}$ (leading to the charge ordering) for understanding the properties of the several kinds of transverse spin uctuations of the SDW ordered states coexisting w ith CDW . W e calculate not only the energy dispersion relation of them but also their collective operators w ithin RPA. In x 2 , the $m$ ean- eld ground state and the response function are explained for the calculation of the spin-w ave $m$ odes. In $x 3$, the resulting energy spectrum of them is given in conjunction $w$ ith the characteristics of their collective coordinates including severalspin uctuation. In addition, the interaction dependence of the spin-w ave velocities is shown as a function of $V$ or $V_{2}$. Thee ect of the charge ordering on the spin-w ave is exam ined and is com pared
with that obtained by the path integralm ethod x 4 , we discuss the e ect ofdim erization and analyze the behaviors of the spin-w ave velocity in the lim it of large $V$ or $V_{2}$ by using an e ective $H$ am iltonian of a spin $1 / 2$ H eisenberg m odel.
$x 2$. $M$ ean $F$ ield $G$ round State and $R$ esponse Function
W e study a one-dim ensionalextended $H$ ubbard model at quarter- $\frac{7 l i n g}{\mathrm{X}}$. The H am iltonian is given by

$$
\begin{align*}
H= & X_{; j}^{X}\left(t(1)^{j} t_{d}\right)\left(C_{j}^{Y} C_{j+1} ;+h: C:\right) \\
& +H_{\text {int }} ; \\
H_{\text {int }}= & X_{j=1}^{X^{N}}\left(U n_{j n} n_{j \#}+V n_{j} n_{j+1}+V_{2} n_{j} n_{j+2}\right) ;(2.2) \tag{2.1}
\end{align*}
$$

where $C_{j}^{y}$ denotes a creation operator of an electron at the $j$-th site $w$ ith spin $=(" ; \#)$, and satis es a periodic boundary condition $C_{j+N}^{Y}$; $=C_{j}^{y}$ w ith the totalnum ber of lattioe site $N, n_{j}=n_{j "}+n_{j \#}$ and $n_{j}=C_{j}^{Y} C_{j}$. The quantity $t$ and $t_{d}$ are the energy of the transfer integral and that of the dim erization. Q uantities $U, V$ and $V_{2}$ correspond to coupling constants of repulsive interaction for the on-site, the nearest-neighbor site and the next-nearest-neighbor site, respectively. W e take $t$ and the lattioe constant as unity.

For a quarter- led band, the mean- elds (MFs) of SDW and CDW are written as $(m=0 ; 1 ; 2$ and 3 , and $\operatorname{sgn}()=+()$ for $="(\#))$
where Qo $2 \mathrm{k}_{\mathrm{F}}==2 \mathrm{w}$ th $\mathrm{k}_{\mathrm{F}}(==4)$ being the Ferm i w ave num ber. The $z$-axis is taken as the quantized axis. The expression $<O \geq_{M F}$ denotes an average of $O$ over the M F H am iltonian ${ }^{1515}$ ) given by

$$
\begin{align*}
& H_{M F}=\begin{array}{lll}
X & X & h \\
="_{i} \# & <k
\end{array} \quad n_{k}+\frac{U}{4}+V+V_{2} \quad C_{k}^{y} C_{k} \\
& +\quad n \quad\left(\frac{U}{2} \quad 2 V_{2}\right) D_{Q_{0}} \quad \operatorname{sgn}() \frac{U}{2} S_{Q_{0}} \\
& \mathrm{C}_{\mathrm{k}+Q_{0} ;}^{\mathrm{y}} \mathrm{C}_{\mathrm{k}}+\mathrm{h}: \mathrm{C}: \\
& +\left(\frac{U}{2} \quad 2 V+2 V_{2}\right) D_{2 Q 0} \quad \underset{i}{\operatorname{sgn}(i)} \frac{U}{2} S_{2 Q 0} \\
& 2 \mathbb{I}_{d} \sin k \quad C_{k}^{y} C_{k+20} ; \\
& +\mathrm{NU}^{\mathrm{h}} \quad \frac{1}{16} \quad \frac{1}{2} \mathrm{D}_{0} \mathrm{~J}^{2} \quad \mathrm{~S}_{Q_{0}} \mathrm{~J}^{2} \\
& \frac{1}{4} D_{2 Q 0}^{2} \quad S_{2 Q 0}^{2} \quad{ }^{i}+N V \quad \frac{1}{4}+D_{2 Q 0}^{2} \\
& +\mathrm{NV}_{2} \quad \frac{1}{4}+2 \mathrm{D}_{Q_{0}} \mathrm{~J}^{2} \quad \mathrm{D}_{2 Q_{0}}^{2} \quad ; \tag{2.4}
\end{align*}
$$



Fig. 1. $P$ hase diagram in the $V-V_{2}$ plane for $U=4$ and $t_{d}=00^{-15}$ $T$ hree $k$ inds of states correspond to a pure state of $2 \mathrm{k}_{\mathrm{F}} \mathrm{SDW}$ (I), a state of $2 \mathrm{k}_{\mathrm{F}} \mathrm{SDW}$ and $4 \mathrm{k}_{\mathrm{F}} \mathrm{CDW}$ (II) and a state of $2 \mathrm{k}_{\mathrm{F}}$ SDW, $2 \mathrm{k}_{\mathrm{F}}$ CDW and $4 \mathrm{k}_{\mathrm{F}}$ SDW (III). These states are show n schem atically in the region where the arrow (circle) represents the spin (charge) density at each lattice site. T he dashed curve denotes a rst-order transition betw een regions II and III.
where $"_{k}=2$ tcosk. The expressions of each M F are given such that $S_{0}=0, D_{0}=1=2, S_{Q 0}=S_{3 Q} 0 \quad S_{1} e^{i}$, $\left.D_{Q 0}=D_{3 Q 0} \quad D_{1} e^{i( } \quad=2\right), S_{2 Q_{0}}=S_{2 Q_{0}} \quad S_{2}$ and $D_{220}=D_{2 Q} \quad D_{2} . Q$ uantities $S_{1}(>0), D_{1}(0)$, $S_{2}$ and $D_{2}$ denote am plitudes for $2 \mathrm{k}_{\mathrm{F}} \mathrm{SDW}, 2 \mathrm{k}_{\mathrm{F}} \mathrm{CDW}$, $4 \mathrm{k}_{\mathrm{F}}$ SDW and $4 \mathrm{k}_{\mathrm{F}}$ CDW, respectively. Their values depend on the corresponding_ground states. T he quantity denotes a phase of SD W 151)
The ground state has been obtained previously $w$ here the phase diagram on the plane of $V_{2}$ and $V$ is shown in $F$ ig. 1. W hen $V_{2}=0$ and $t_{d}=0$, a pure $2 \mathrm{k}_{\mathrm{F}}$ SDW state ( $==4,==2$ ) (I) is found for $\mathrm{V}<\mathrm{V}_{\mathrm{C}}\left({ }^{\prime} 0: 34\right)$ and a coexistent state of $2 \mathrm{k}_{\mathrm{F}}$ SD W , and $4 \mathrm{k}_{\mathrm{F}} \operatorname{CDW}(=0,==2)$ (II) is found for $\left.V>V_{C}{ }^{(51,1,4} 4\right)$ where $=\tan ^{1}\left(S_{1}=D_{1}\right) . W$ hen $V=0$ and $t_{d}=0$, the pure $2 \mathrm{k}_{\mathrm{F}}$ SDW state (I) changes to a coexistent state of $2 \mathrm{k}_{\mathrm{F}}$ SDW, $2 \mathrm{k}_{\mathrm{F}}$ CDW and $4 \mathrm{k}_{\mathrm{F}}$ SDW $(==4,<=2)$ (III) for $V_{2}>V_{2 c}\left({ }^{\prime} 1: 32\right)^{(15)} N$ ote that the nite-range interactions $V$ and $V_{2}$ contribute to the appearance of the quantities $D_{1}$ and $D_{2}$. In the follow ing, we use the states I, II and III for those in the regions I, II and III, respectively.

T he spin-w ave is exam ined for the above three ground states. T he spectrum of the spin-w ave $m$ odes is calculated from the pole of the response function given by $y^{1212}$

$$
\begin{equation*}
\stackrel{\$}{R}(q ;!)=\frac{1}{2 N} \int_{0}^{\mathrm{Z}} \quad \mathrm{~T} \quad(\mathrm{q} ; \quad)^{\mathrm{y}}(\mathrm{q}) \mathrm{e}^{\mathrm{i}!_{\mathrm{n}}} \quad \mathrm{i}!_{\mathrm{n}}!!+\mathrm{i} 0 ; \tag{2.5}
\end{equation*}
$$

where $!_{\mathrm{n}}(=2 \mathrm{n}=)$ and ${ }^{1}\left(=\mathrm{k}_{\mathrm{B}} \mathrm{T}\right)$ denote the $M$ atsubara frequency and tem perature, respectively. The components of operator ${ }^{\mathrm{y}}$ (q) consist of the transverse spin uctuations given by $\mathrm{S}_{\mathrm{m}}$ (q) $=$

P
P $<\mathrm{k} \quad \stackrel{y}{k} \quad k+q+m Q_{0} \quad(\quad=\quad x ; y)$ where $\underset{k}{y}=$ $\left(C_{k}{ }_{k}^{\mathrm{y}} ; \mathrm{C}_{\mathrm{k} \#}^{\mathrm{Y}}\right)$ and $\quad(=\mathrm{x} ; \mathrm{y})$ are P auli m atrioes. For the state I $(==4)$ and the state II ( $0 i^{-},<=4$ due to $\left.t_{d}\right)$, the operator ${ }^{y}(q)$ can be taken as $\mathbb{s}^{1}$ )

$$
\begin{equation*}
{ }^{\mathrm{y}}(\mathrm{q})=\left(\mathrm{S}_{\mathrm{x} 1}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{x} 3}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{y} 0}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{y} 2}^{\mathrm{y}}(\mathrm{q})\right): \tag{2.6}
\end{equation*}
$$

$W$ e note that, for $s m$ all $q$, tw o com ponents $S_{x 1}^{y}(q)$ and $S_{x 3}^{y}(q)$ are related directly to the transverse spin uctuation of the SDW w ith wave num bers $Q_{0}$ and $Q_{0}$ respectively and that other com ponents of $\mathrm{S}_{\mathrm{y} 0}^{\mathrm{y}}(\mathrm{q})$ and $\mathrm{S}_{\mathrm{y}^{2}}^{\mathrm{Y}}(\mathrm{q})$ denote the uctuations correlated w th those of the wave num bers 0 and $2 Q_{0}$. The coupling to long-w avelength spin uctuation $S_{y o}^{Y}(q)$ gives a renorm alization of the spin-w ave velocity multiplied by a factor $\left[\begin{array}{ll}1 & U N\end{array}(0)\right]^{1=2}$ in the weak coupling lim ${ }^{(201)}$ where $N(0)$ is the density of state per spin at Ferm i level. For the coexistent state of $2 \mathrm{k}_{\mathrm{F}}$ SDW, $2 \mathrm{k}_{\mathrm{F}}$ CDW and $4 \mathrm{k}_{\mathrm{F}}$ SDW (the state III) w ith the spin m odulation $w$ th $Q_{0}$ and $2 Q_{0}$, one needs to extend the operator ${ }^{\mathrm{y}}(\mathrm{q})$ into that w ith eight com ponents w ritten as

$$
\begin{align*}
{ }^{\mathrm{y}}(\mathrm{q})= & \left(\mathrm{S}_{\mathrm{x} 1}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{x} 3}^{\mathrm{Y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{x} 0}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{x} 2}^{\mathrm{y}}(\mathrm{q}) ;\right. \\
& \left.\mathrm{S}_{\mathrm{y} 1}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{y} 3}^{\mathrm{Y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{y} 0}^{\mathrm{y}}(\mathrm{q}) ; \mathrm{S}_{\mathrm{y} 2}^{\mathrm{y}}(\mathrm{q})\right): \tag{2.7}
\end{align*}
$$

In addition to $S_{x 1}^{y}(q)$ and $S_{x 3}^{y}(q)$, the com ponent $S_{x 2}^{y}(q)$ for sm all $q$ is also related directly to the transverse spin
uctuation of the SDW with $2 Q_{0}$ while other com ponents com es from coupling to these three com ponents. O perators of eqs. (2.6) and (2.7) act to create the transverse spin uctuations by raising or low ering the spins $w$ th in the sam e sites (i.e., rotation of single electron due to on-site interaction). H ow ever, the nite-range interactions induce the transverse spin uctuations with the spin current (i.e., spin rotation follow ed by neighboring electrons), whid, is,related to the bond spin-density-w ave (BSDW) state ${ }^{(11,221)}$ In the present paper, w e neglect the e ect of spin current, which is left for the study in the separated paper together $w$ ith the problem of BSDW . B ased on such a consideration, eq. (2.5) w thin RPA is calculated as

$$
\begin{equation*}
\stackrel{R}{R}^{\text {RPA }}(q ;!)=\frac{(q ;!)}{1+U^{\$}(q ;!)} ; \tag{2.8}
\end{equation*}
$$

where the polarization function, $\$(q ;!)$, is evaluated in term s of the M F H am iltonian, eq. (2.4).

$$
\begin{align*}
& \text { \$ }(q ;!)=\frac{1}{2 N} \int_{0}^{Z} \quad T \quad(q ; \quad)^{y}(q)_{M F} \\
& e^{\mathrm{i}!_{n}} \quad \mathrm{i}!_{\mathrm{n}}!!+\mathrm{io} \text { : } \tag{2.9}
\end{align*}
$$

The pole ofeq. (2.8) determ ines the excitation spectrum of the collective $m$ ode, ! (q), i.e.,

$$
\begin{equation*}
\operatorname{det} 1+U^{\$}(q ;!(q))=0 \tag{2.10}
\end{equation*}
$$

where $=\mathrm{T} 1$ or T 2 and $!_{\mathrm{T} 1}\left(!_{\mathrm{T} 2}\right)$ denotes the acoustic (optical) m ode. The eigenvector, ~ (q), which describes the collective m ode, is obtained by

$$
\begin{equation*}
1+U^{\$}(q ;!(q)) \sim(q)=0: \tag{2.11}
\end{equation*}
$$

A ctually, in term s of (q) and ~ (q), the operator for the spin-w ave w ith! (q) is w ritten as

$$
\begin{equation*}
(\mathrm{q})=\sim \mathrm{y}(\mathrm{q}) \quad(\mathrm{q}) ; \tag{2.12}
\end{equation*}
$$

an explicit form of wich w illbe given in-the next section. For !' ! (q), eq. (2.8) is rew ritten ass ${ }^{13 n}$

$$
\begin{align*}
& \mathrm{R}^{\text {RPA }}(\mathrm{q} ;!)^{\prime} \frac{\mathrm{S}_{1}^{2}}{2} \frac{A^{\$}(\mathrm{q} ;!(\mathrm{q}))}{!^{2}!^{2}(\mathrm{q})} ; \\
& \mathrm{A}^{\$} \quad(\mathrm{q} ;!(\mathrm{q}))=\frac{2}{\mathrm{~S}_{1}^{2}} \frac{\operatorname{adj} 1+\mathrm{U}^{\$}(\mathrm{C} ;!(\mathrm{Q}))}{\left(\mathrm{a}^{2}\right)} \operatorname{det}\left(1+\mathrm{U}^{\$}(\mathrm{q} ;!)\right) \tag{2.14}
\end{align*}
$$

where the matrix $A \quad(\mathrm{q} ;$ ! (q)) is proportional to the residue and adj $1+U \quad(q ;!(q)) \quad$ is the adjoint $m a-$ trix. T he spectralw eight of the collective $m$ ode is exam ined by calculating follow ing diagonalelem ent,

$$
A_{m}(q) \quad A^{\$} \quad(q ;!(q)) \quad=U \quad ; \quad(m=1 ; 3 ; 0 ; 2):
$$

$W$ hen $t_{d}=0$ and $V=V_{2}=0$, one nds that, in the lim it ofsm all $U, A_{1}^{T 1}(0)=A_{3}^{T 1}(0)=2 \quad V_{F} w$ th $V_{F}=\overline{2}$ and $A_{1}^{T 2}(0)=A_{3}^{T 2}(0)=A_{0}(0)=A_{2}(0)=0$.
$W$ e exam ine the $V$ (or $V_{2}$ ) dependence of the velocity of acoustic spin-w ave given by

$$
\begin{equation*}
\mathrm{v}=\lim _{\mathrm{q}!} \frac{!_{\mathrm{T} 1}(\mathrm{q})}{\mathrm{q}} ; \tag{2.16}
\end{equation*}
$$

which is com pared w ith the previous w ork ${ }^{[181)}$

## x3. $\operatorname{Sp}$ in $-W$ ave $M$ odes

$T$ he characteristic properties of the spin-w ave $m$ odes are exam ined for the variouskinds ofSD W ground states, which are given by the states I, II and III. T he num erical calculation is perform ed by taking $U=4$ and $t=1$ where $t_{d}=0$ in this section.

### 3.1 E ect of $V$

$F$ irst, we calculate the spin-w ave spectrum ! (q) as a function of $V$ for $V_{2}=0$. In $F$ ig. 2, the spectrum of both the acoustic and optical spin $w$ ave $m$ odes obtained from eq. (2.10) are shown for $V=0,0.5,1.5$ and 2.0 w th $\mathrm{V}_{2}=0$ and $\mathrm{t}_{\mathrm{d}}=0 \mathrm{w}$ here the state $I I$ is obtained for $\mathrm{V}>\mathrm{V}_{\mathrm{C}}\left({ }^{\prime} 0: 34\right)$. O ur num erical calculation w thin the visible scale show s that spectrum of the acoustic m ode takes a sim ple sine function form $w$ ith respect to the $w$ ave num ber $q$, i.e., $!_{T_{1}}(q)=!_{T_{1}}\left(Q_{0}=2\right) \sin (2 q)$. The optical m ode, $!_{\text {т }} 2(\mathrm{q})$, is well separated from the continuum for the param eters in $F$ ig. 2. T he spectrum of the state II is sim ilar to that of the state $I$.
The spectral weights for the acoustic mode, $A_{m}^{T 1}(q)$, are shown in $F$ ig. 3 where $A_{1}^{T 1}(q)$ and $A_{3}^{T 1}(q)\left(A_{0}^{T 1}(q)\right.$ and $A_{2}^{{ }^{1}}(q)$ ) are weights for spin uctuations of $x(y)$ direction $w$ th wave numbers $Q_{0}+q$ and $Q_{0}+q(q$ and $2 Q_{0}+q$ ), respectively. For the spectralw eights $w$ ith $q^{\prime} 0$ or $Q_{0}$, the dom inant weights are given by the uc-


Fig. 2. Excitation spectrum of the spin wave modes, ! $\mathrm{T}_{1}$ (q) (acoustic m ode) and $!\mathrm{r} 2(\mathrm{q})$ (optical m ode) for $\mathrm{U}=4, \mathrm{~V}_{2}=0$ and $t_{d}=0$.


Fig. 3. Norm alized spectral weight of the acoustic mode, $A_{m}^{T 1}(q)=\left(2 V_{F}\right)$, for $V=0,1.5$ and 2.0 in $F$ ig. 2.
tuations with' $Q_{0}$ (note that $S_{y 0}\left(Q_{0}\right)=S_{y 1}(0)$ and $\left.S_{y 2}\left(Q_{0}\right)=S_{y 3}(0)\right)$, as shown for a m odelw th only $U{ }^{(123)}$ $F$ igure 3 indicates that the deviation of the spin orientation arising from the spin-w ave changes continuously from the $x$ direction to the $y$ direction when $q$ increases from 0 to $Q_{0}$. It is found that all the weights are suppressed by $V$.
H ere we exam ine the behavior in the lim it of sm all q. From the num erical result of eq. (2.11), we found that the eigenvector ${ }^{\sim T 1}(\mathrm{q})$ for the acousticm ode is $w$ ritten as $\sim^{\sim 1}(q!0) /\left(e^{i} ; e^{i} ; 0 ; 0\right)$ where $=4$ for $V<V_{C}$ and $=0$ for $V>V_{C}$. Then, the spin wave operator of


Fig. 4. Schem atics of spin-w ave forq! 0 are show $n$. (a) acoustic m ode in the state I, (b) acoustic m ode in the state II, (c) optical m ode in the state I and (d) acoustic m ode in the state III. T he lower part of each gure represents a projection of the spin on the $x-y$ plane.
eq. (2.12) in the lim it of q! 0 m ay be expressed as

$$
\mathrm{T}_{1}(0) /{ }_{j}^{\mathrm{X}} \mathrm{~S}_{j}^{\mathrm{X}} \cos \left(Q_{0} r_{j}+\quad\right. \text { ) }
$$

where $S_{j}=\underset{j}{Y} \quad{ }_{j}=2$ and ${ }_{j}^{Y}=\left(C_{j n}^{Y} ; C_{j \#}^{Y}\right)$. Equation (3.1) denotes that the gapless excitation at $\mathrm{q}=0$ is de-


Fig. 5. $V$ dependence of the gap, $!_{T 2}(0)$, for $U=4, V_{2}=0$ and $\mathrm{t}_{\mathrm{d}}=0 \mathrm{where}!_{\mathrm{r} 2}(\mathrm{q})$ disappears at the location show n by the arrow. The dotted curve denotes the bottom of the continuum . In the inset, the corresponding spectral weight, $\mathrm{A}_{\mathrm{m}}^{\mathrm{T}}{ }^{2}(0)=\left(2 \mathrm{~V}_{\mathrm{F}}\right)$ is show n and the weight is zero if not shown explicitly.


Fig. 6. V dependence of the spin-w ave velocity $v$, for $U=4, V_{2}=$ 0 and $t_{d}=0 \mathrm{w}$ here the dot-dashed curve denotes the previous result obtained by a path integralm ethod ${ }_{1}^{181}$ ) In the upper inset, $\mathrm{v}^{0}$ as a function of U while, $\mathrm{A}_{\mathrm{m}}^{\mathrm{T}}(0)=\left(\begin{array}{ll}2 & \mathrm{~V}_{\mathrm{F}}\end{array}\right)$ corresponding to the $m$ ain gure is show $n$ in the lower inset.
scribed by rotating the spin quantization axis tow ard $x$ direction uniform ly. The spatial dependence is illustrated in $F$ igs. 4 (a) and 4 (b) for $V<V_{C}$ and for $V>V_{C}$, respectively, which are w ritten sim ply as (\% \% . . ) for $\mathrm{V}<\mathrm{V}_{\mathrm{C}}$ and ( \% . ) for $\mathrm{V}>_{\mathrm{C}} \mathrm{V}$ Sim ilarly, ! $\mathrm{T}_{1}\left(\mathrm{Q}_{0}\right)$, corresponds to the excitation $w$ ith a uniform rotation tow ard y direction.
A nother spectrum $!_{\text {t }}$ (q) of the optical m ode has a gap. The corresponding eigenvector ${ }^{\sim T 2}$ (q) is given by $\sim^{T 2}(q!0) /\left(e^{i} ; e^{i} ; 0 ; c\right)$ where $==4$ and $c>0$ for $V<V_{C}$, and $=0$ and $c=0$ for $V>V_{C}$. $T$ hus, it is found that the spin-w ave operator for the opticalm ode in the lim it of q! 0 is given by

$$
\operatorname{T2}(0) /{ }_{j}^{X} 2 S_{j}^{X} \sin \left(Q_{0} r_{j}+\right)+i \operatorname{Ci}_{j}^{Y} \cos \left(2 Q_{0} r_{j}\right) \quad:
$$

For $V<V_{C}$, the spatial dependence is show $n$ schem atically as ( $-\frac{\%}{\circ}$ ) where a plane of ( $-\frac{\circ}{\circ}$ ) is not parallel to that of (\& . ) due to c $\quad 0$. The explicit spin con $g^{-}$ uration is ilhustrated in F ig. 4 (c). For $\mathrm{V}>\mathrm{V}_{\mathrm{C}}$, it is given by ( "! \#) where the symbol denotes a com ponent of $S_{j}^{x}$. In Fig. 5, the gap of the opticalm ode, $!_{T 2}(0)$, is shown as a function of $V$. The thin dotted curve denotes the bottom of the continuum. W ith increasing V , $!_{\mathrm{T} 2}(0) \mathrm{m}$ oves into the continuum at the location shown by the arrow, $T$ he inset show $s$ the corresponding spectral weight. The spectral weight, $A_{m}^{T 2}(m=1,3)$ reduces and becom es zero at V ' 1 corresponding to the arrow, i.e., above which the opticalm ode disappears. For $q$ ! 0, the opticalm ode in the state I contains the uctuation of $S_{y_{2}}(q)$ in addition to the uctuations of $S_{x} 1(q)$ and $S_{x 3}(q)$ while $S_{y 2}(q)$ is absent for the $m$ ode in the state II.

Now, we exam ine the spin-w ave velocity $v$, which is evaluated by using eq. (2.16). Figure 6 represents the

V dependence of $v$ where the dot-dashed curve dẹnotes the result obtained by the path integralm ethod $1^{818}$ The quantity $\mathrm{v}^{0}$, which stands for the velocity in the case of $\mathrm{U}=4$ and $\mathrm{V}=\mathrm{V}_{2}=\mathrm{t}_{\mathrm{d}}=0$, is given by $\mathrm{v}^{0}=0: 39(1: 29)$ for the solid (dot-dashed) curve. In the upper inset, the U dependence of $\mathrm{v}^{0}$ is show n , where the solid curve and dot-dashed curve correspond to those in them ain gure. $T$ here is a small jump at $V=V_{c}$ due to the discontinuity of $S_{1}$ and $D_{2}$, which occurs only for $t_{d}=0{ }^{(5)}$ W ith increasing $V\left(>V_{C}\right)$, $v$ (solid curve) takes a slight hum $p$ and decreases to zero $m$ ore rapidly than that of the dot-dashed curve. The coupling to long-w avelength spin
uctuations was neglected in the path integralm ethod. Therefore, it is found that the velocity is strongly renor$m$ alized by the coupling to such a spin uctuation. The hum $p$ is not essential since it disappears for $t_{d} \in 0$ (see F ig.10). Thebehavior ofv for large $V$ can be understood as that of spin $1 / 2 \mathrm{H}$ eisenberg m odel w ith the e ective exchange interaction $J \quad t^{4}=\left(U V^{2}\right)$, which is discussed in $x 4$. The low er inset show s the corresponding weights of $A_{m}^{T 1}(0)(m=1 ; 3)$, which decreases w ith increasing $V$ in a way sim ilar to $v$.

H ere we com $m$ ent on the fact that the spin-w ave velocity as a function of $V$ changes rapidly for $V>V_{c}$ while the velocity rem ains the sam e as that of $V=0$ for $\mathrm{V}<\mathrm{V}_{\mathrm{C}}$. The latter behavior of the velocity originates in the present schem e of treating the response function. For the case of $V<V_{C}$, in which the pure $2 \mathrm{k}_{\mathrm{F}}$ SDW state (I) is realized and the MF is independent of the nearest-neighbor interaction $V$, the quantities ${ }^{\$}(q ;!)$ in eq. (2.9) and $\mathrm{R}^{\mathrm{RPA}}$ ( $q ;$ ! ) in eq. (2.8) do not depend on $V$. If we consider, how ever, the transverse spin uctuations w ith the spin current which com efrom the term of the nearest-neighbor interaction $V_{\mathrm{s}}$, it is expected that the corresponding response function ${ }^{\$}{ }^{\text {RPA }}(q ;!)$ explicitly


Fig. 7. Excitation spectrum of the spin-w ave mode, ! $\mathrm{T}_{1}$ (q), w ith som e choices of $V_{2}$ for $U=4, V=0$ and $t_{d}=0$.
includes the interaction $V$ though the extended polarization function ${ }^{\$}(q ;!)$ is still independent of $V$. Thus, the $V$ dependence of the spin-w ave velocity $m$ ay appear in the state $I$.

### 3.2 E ect of $\mathrm{V}_{2}$

N ext, we calculate the spin-w avem ode as a function of $V_{2}$ in the state III by using eqs. (2.7) and (2.10). Figure 7 shows the excitation spectrum of the acoustic m ode $!_{\mathrm{T} 1}(\mathrm{q}) \mathrm{w}$ th som e choiges of $\mathrm{V}_{2}$ for $\mathrm{U}=4, \mathrm{~V}=0$ and $t_{d}=$ 0 , where the coexistent state of $2 k_{F}$ SDW , $2 k_{F}$ CDW and $4 \mathrm{k}_{\mathrm{F}} \mathrm{SDW}$ is found for $\mathrm{V}_{2}>\mathrm{V}_{2 c}\left({ }^{\prime} 1: 32\right)$. The opticalmode $!_{\text {т } 2}$ (q) m oves into the continuum leading to a disappearance of the $m$ ode for $V_{2}(>1: 35)$ being just above $V_{2 c}$. W ith increasing $V_{2}\left(>V_{2 c}\right)$, the spectrum $!_{\mathrm{T}_{1}}(\mathrm{q})$ decreases. W e note that the dispersions for $\mathrm{V}_{2}=$ $1: 5$ and 2.0 is also well described by a relation, $!_{1}(\mathrm{q})=$ $!_{T 1}\left(Q_{0}=2\right) \sin (2 q)$.
$T$ he corresponding eigenvector ${ }^{\sim T 1}(\mathrm{q})$ for $\mathrm{V}_{2}=2: 0$ is shown in Fig. 8. For the calculation of the eigenvector in eq. (2.11), we choose seven com ponents except for $S_{y 1}(q)$ in (q) of eq. (2.7) since there are two degenerate m odes, i.e., the m ode w ith dom inant contribution from $S_{x m}(q)$ and the $m$ ode $w$ th that from $S_{y m}(q)$. The elem ent $j_{\gamma_{1}}^{\sim 1}(q) j$ corresponding to $S_{\mathrm{Y} 1}(q)$ is negligibly small, and then the spectrum calculated from seven components is actually nearly the sam e as that off ig. 7. It is w orthy to note that the $m$ ode $w$ ith $s m$ all $q$ in the region III of F ig. 1 is com posed of not only $S_{\mathrm{xm}}(\mathrm{q})(\mathrm{m}=1$;3) but also $S_{x 2}(\mathrm{q})$ ( $F$ ig. 8). Such a feature can be understood by considering the spatial con guration, in which the spin modulation is oftype ("\#\#) (Fig. 1) and the variation of spin $m$ om ent com es from the presence of $4 \mathrm{k}_{\mathrm{F}}$ SDW. In this case, the spin-w ave operator expressing the gapless excitation at $q$ ! 0 is expected to take a


Fig. 8. q dependence of the elem ents ofeigenvector $j^{\sim 1}(q) j$ corresponding to the case of $V_{2}=2: 0$ in F ig. 7 .
form of

$$
T_{1}(0)=\int_{j}^{X} S_{j}^{X}\left[2 B_{1} \cos \left(Q_{0} r_{j}+\quad\right)+B_{2} \cos \left(2 Q_{0} r_{j}\right)\right] ;
$$

which $m$ eans a uniform rotation tow ard $x$ direction $w$ ith keeping the relative angle between the each spin, like (\% \% . . ). Here, the coe cients $B_{1}$ and $B_{2}$ satis es the relation $\mathrm{B}_{2}=\mathrm{B}_{1}=\mathrm{S}_{2}=\mathrm{S}_{1}$ according to the spin m odulation in the ground state. In eq. (3.3), the term of $B_{2}$ com es from the uctuation of $S_{x}(q)$. A ctually, our num erical calculation show sthat

$$
\begin{align*}
& \underset{\mathrm{y} 3}{\sim 1}(\mathrm{q}) ; \mathrm{y}_{0}^{\sim 1}(\mathrm{q}) ; \mathrm{y}^{\sim} \mathrm{T}_{2}^{1}(\mathrm{q}) \\
& \text { / } e^{i} ; e^{i} ; 0 ; c^{0} ; 0 ; 0 ; 0 \quad \text {; } \tag{3.4}
\end{align*}
$$

where $==4$ and $d=j^{\sim}{ }^{T} 1(0) j j^{\sim}{ }^{T} 1(0) j=S_{2}=S_{1} \quad r^{\prime}$ $1: 2$ for $V_{2}=2: 0$ ). The spatial dependence of this spinw ave is explicitly illustrated in Fig. 4 (d).

The spin-wave velocity $v$ corresponding to that in F ig. 7 is shown as a function of $\mathrm{V}_{2}$ in F ig. 9 (solid curve). $T$ he dot-dashed curve denotes the result obtained previously by the path integral $m$ ethod. W ith increasing $\mathrm{V}_{2}\left(>\mathrm{V}_{2 \mathrm{c}}\right)$, the solid curve decreases to zero rapidly while the dot-dashed curve tends to a nite value ( $v$ ! $t$ ) for large $V_{2}{ }^{181)}$ Thus the present RPA calculation indicates the im portance of the couplings to long-w avelength spin
uctuations, which has been neglected in the previous path integralm ethod. The behavior in the lim it of large $\mathrm{V}_{2} \mathrm{w}$ ill be discussed in the next section.

## x4. D iscussions

W e have exam ined spin-w ave $m$ odes in the presence of charge ordering, which exhibits a clear e ect of suppressing the spin-w ave velocity even w thout dim eriza-


Fig. 9. $V_{2}$ dependence of $v$, for $U=4, V=0$ and $t_{d}=0$. $T$ he dot-dashed curvedenotes the previous result obtained by a path integralm ethod ${ }^{181}$
tion ( $t_{d}=0$ ). Since the dim erization enhances the effect of the repulsive interaction, one $m$ ay expect further suppression of the spin-w ave velocity by adding the dim erization. In this section, we discuss such an e ect of dim erization ( $t_{d} \in 0$ ) togetherw ith the lim iting behavior of large $V$ or $V_{2}$.
$F$ irst, we plot the velocity $v$ as a function of $V$ in Fig. 10, w th the $x e d t=0,0.1,0.3$ and $0.5(\mathrm{U}=4$ and $\mathrm{V}_{2}=0$ ). The dim erization $\mathrm{t}_{\mathrm{d}}$ has an $e$ ect of reducing the velocity, which is qualitatively, consistent w ith the result of the path integralm ethod ${ }^{1811}$ TheV dependence of $v$ in the region $I I$ of $F$ ig. 1 can be tted by a dotted curve, which is proportional to $\left(t^{2} \quad t_{d}^{2}\right)=\left(U V^{2}\right)$. W e analyze such a case by noting that the ground state w ith the spin and chargem odulation given by ( $0 ; " ; 0 ; \# ; 0$ ) and $(0 ; 1 ; 0 ; 1)$ already show $s$ up for $V^{>} 3$ even if $t_{d} \in 0$. In this state II, the antiferrom agnetic exchange coupling betw een the up and dow $n$ spins is induced by the process of the fourth order of the transfers $t$ $t_{d}$ leading the e ective Ham iltonian as

$$
\begin{align*}
& H_{\text {II }}^{e} \quad J_{\text {II }}^{\text {en }}{ }_{j=1}^{\mathrm{N}=2} S_{2 j} \quad S_{\text {j+2 }} \text {; }  \tag{4.1a}\\
& J_{\text {II }}= \frac{a_{\text {II }}\left(t^{2} t_{d}^{2}\right)^{2}}{U V^{2}} ; \tag{4.1b}
\end{align*}
$$

where $a_{\text {II }}=12$ and $S_{j}=\left(S_{j}^{x} ; S_{j}^{Y} ; S_{j}^{z}\right) w$ th $S_{j}=$ $\stackrel{Y}{j} \quad j=2\left(\underset{j}{Y}=\left(C_{j "}^{Y} ; C_{j \#}^{Y}\right)\right)$. This expression of $J_{\text {II }} w \underset{\text { ith }}{\text { ith }}$ $a_{\text {II }}=6$ has been obtained by $M$ ori and Yonem itsu ${ }^{17}{ }^{7}$ ) From eq. (4.1a), the spin-w ave dispersion is given by $!(q)=J_{\text {II }} \sin (2 q)$ and then the spin-wave velocity is given by $v=2 J_{\text {II }}$. By com paring $v=2 J_{\text {II }} w$ ith the velocity calculated from eq. (2.16) in the inset ofF ig.10, we found $a_{\text {II }}{ }^{\prime} 1: 6$. Such a value of $a_{\text {II }}$ di ers appreciably from that of the e ective Ham iltonian although one obtains a good, coincidence between them for the case at half- lling ${ }^{231}$ It is not yet clear at present why it is


Fig. 10. $V$ dependence of $v$, for $U=4, V_{2}=0$ and the $x e d$ $t_{d}=0,0.1,0.3$ and $0.5 . T$ he dotted curves represent $v=2 J_{I I}=$ $2 a_{\text {II }}\left(t^{2} \quad t_{d}{ }^{2}\right)^{2}=\left(U V^{2}\right)$, where $a_{\text {II }}{ }^{\prime} 1: 6$ is estim ated from the inset.


Fig. 11. $V_{2}$ dependence of $v$, for $U=4, V=0$ and thep xed $t_{d}=$ $0,0.1,0.3$ and 0.5. The dotted curves represent $v=2 \overline{J_{\text {III }} J_{\text {III }}^{0}}$, 1:6 $2\left(\mathrm{t}^{2} \quad \mathrm{t}_{\mathrm{d}}{ }^{2}\right)^{2}=\left(\mathrm{U} \mathrm{V}_{2}{ }^{2}\right)$, which is estim ated from the inset.
com plicated to estim ate quantitatively by the e ective H am iltonian at quarter- lling.
$N$ ext, we exam ine $V_{2}$ dependence of $v$ w th som $e$ choiges of $t_{d}$, which is show $n$ in $F$ ig. 11. W ith increasing $t_{d}, v$ is suppressed $m$ onotonically in the region III ( F ig. 1). For arbitrary value of $t_{d}$ in the region III, v can be well tted by a dotted curve which is proportional to $\left(t^{2} \quad t_{d}^{2}\right)^{2}=\left(\mathrm{U} \mathrm{V}_{2}^{2}\right)$. Such a behavior can be also analyzed in term $s$ of the follow ing e ective $H$ am iltonian. In this case, the spin and chargem odulation in the ground state is given by ( $0 ; " ; \# ; 0 ; 0 ; " ; \# ; 0$ ) and ( $0 ; 1 ; 1 ; 0 ; 0 ; 1 ; 1 ; 0$ ), respectively. T he exchange coupling betw een the spins of (";\#) m ainly com es from the second process of the trans-
fer, while that betw een the spins of (\#; $0 ; 0 ; "$ ) com es from the sixth order process. Thus, the e ective $H$ am iltonian for large $V_{2}$ can be expressed as the $H$ eisenberg $m$ odel w ith the altemating interactions, i.e.,

$$
\mathrm{H}_{\text {III }}^{e} \quad \mathrm{X}_{\mathrm{X}=1}^{\mathrm{X}=4}\left(\mathrm{~J}_{\text {III }} \mathrm{S}_{4 j} 2 \quad \mathrm{~S}_{j} 1+J_{\text {III }}^{0} S_{4 j} 1 \quad S_{j+2}\right) ;
$$

$$
\begin{equation*}
J_{\text {III }}=\frac{a_{\text {III }}\left(t \quad t_{d}\right)^{2}}{U} \tag{42a}
\end{equation*}
$$

$$
\begin{equation*}
J_{\text {III }}^{0}=\frac{a_{\text {III }}^{0}\left(t+t_{d}\right)^{2}\left(t^{2} \quad t_{d}^{2}\right)^{2}}{U V_{2}^{4}} \tag{4.2b}
\end{equation*}
$$

where $a_{\text {III }}=4$ and $a_{\text {III }}^{0}=1$. In this case, one can nd the expression $\mathrm{p}^{f}$ the spin-wave dispersion (A ppendix) as, ! (q) $=\mathrm{p} \overline{J_{\text {III }} J_{\text {II }}^{0}} \sin (2 q)$, where $\overline{J_{\text {Im }} J_{\text {III }}^{0}}=$ $\overline{a_{\text {III }} a_{\text {III }}^{0}}\left(t^{2} \quad t_{d}^{2}\right)^{2}=\left(U V_{2}^{2}\right)$. By com paring $v=2 \frac{\text { III }}{J_{\text {III }} J_{\text {III }}^{0}}$ Wp ith the num erical result in the inset of $F$ ig. 11, we nd $\overline{a_{\text {II }} a_{\text {II }}^{0}}, 1: 6$, which is com patible $w$ th that of the effective H am iltonian, i.e., 2.

In sum $m$ ary, we have calculated the spin w we excitations for a one-dim ensional model with a quarter- lled band to investigate the e ects of the nearest ( $V$ ) and next-nearest-neighbor ( $V_{2}$ ) interactions on them. From the dispersion relations for spin-w ave $m$ odes in the coexistent state of SDW and CDW, we found that the spectrum of acoustic $m$ ode and then the spin-w ave velocity are reduced by CDW (induced by V or $\mathrm{V}_{2}$ ) and that the spin-w ave in the coexistent state for large $V$ or $V_{2}$ could be described by spin 1/2 antiferrom agnetic H eisenberg m odels w ith the e ective exchange coupling.

## A cknow ledgm ents

The author ( Y K.) would like to express his appreciation to Professor Y. K uroda for stim ulating discussions and the warm hospitality during his stay at $N$ agoya U niversity. This work was done at N agoya U niversity, where Y K. has been nancially supported by a grant from H okkaido TokaiU niversity.

A ppendix: Spin $-W$ ave of the $H$ eisenberg A ntiferrom agnets

By taking four lattice sites as a unit cell and introducing the sublattioe $A$ and $B$, the $H$ am iltonian of eqs. (4.1a) and (4.2a) can be rew ritten as

$$
H^{e}={ }_{l=1}^{\mathrm{K}^{=}=4}\left(\mathrm{~J} \mathrm{~S}_{\mathrm{B} ; 1} \mathrm{~S} ; 1+\mathrm{J}^{0} \mathrm{~S}_{\mathrm{B} ; 1} \quad \mathrm{~S} ; 1+1\right) \quad ;(\mathrm{A} \cdot 1)
$$

where $J=J^{0}=J_{\text {II }}$ for eq. (4.1a), and $J=J_{\text {III }}$ and $J^{0}=J_{I I}^{0}$ for eq. (4 2a). By using the $H$ olstein $P$ rim ako transform ation,

$$
\begin{align*}
& S_{A ; 1}^{z}=1=2 \quad a_{1}^{y} a_{1} ; \\
& S_{A ; 1}^{+}=S_{A ; 1}^{X}+i S_{A ; 1}^{Y}=\left(\begin{array}{ll}
1 & \left.a_{1}^{Y} a_{1}\right)^{1=2} a_{1} ;
\end{array}\right. \\
& S_{A ; 1}=S_{A ; 1}^{X} \quad i S_{A ; 1}^{Y}=a_{1}^{y}\left(1 \quad a_{1}^{y} a_{1}\right)^{1=2} ; \\
& S_{B ; 1}^{z}=1=2+b_{1}^{y} b_{1} \text {; } \\
& S_{B ; 1}^{+}=S_{B ; 1}^{\mathrm{x}}+i S_{\mathrm{B} ; 1}^{\mathrm{y}}=\mathrm{b}_{1}^{\mathrm{y}}\left(1 \quad \mathrm{~b}_{1}^{\mathrm{y}} \mathrm{~b}_{1}\right)^{1=2} ;
\end{align*}
$$

$$
S_{B ; 1}=S_{B ; 1}^{X} \quad \text { i } S_{B ; 1}^{Y}=\left(\begin{array}{ll}
1 & \left.b_{1}^{y} b_{1}\right)^{1=2} b_{1} ; \quad(A \cdot 7)
\end{array}\right.
$$

eq. (A $\cdot 1$ ) up to the second order $w$ th respect to $a_{q}$ and $b_{\mathrm{f}}$ is given by

$$
\begin{aligned}
H^{e} & \frac{1}{2}_{q}^{X}\left(J+J^{0}\right) b_{q}^{y} b_{q}+a_{q}^{y} a_{q} \\
& +\left(J+J^{0} e^{i 4 q}\right) b_{q}^{y} a_{q}^{y}+\left(J+J^{0} e^{i 4 q}\right) b_{q} a_{q} \quad ;(A \cdot 8)
\end{aligned}
$$

where the constant term is subtracted and the boson operators $\mathrm{a}_{\mathrm{q}}^{\mathrm{y}}$ and $\mathrm{b}_{\mathrm{q}}^{\mathrm{y}}$ are given by

$$
\begin{gather*}
a_{q}^{y}=(\mathbb{N}=4)^{1=2} X^{X} e^{i q R_{1}} a_{1}^{y} ;  \tag{A•9}\\
b_{q}^{y}=(\mathbb{N}=4)^{1=2} X^{1} e^{i q R_{1}} b_{1}^{y}:
\end{gather*}
$$

By applying the B ogolinubov transform ation to eq. (A 8), the spin-w ave dispersion, ! (q), is obtained from
$\operatorname{det} \begin{array}{cc}!(q) \quad\left(J+J^{0}\right)=2 \\ \left(J+J^{0} e^{i 4 q}\right)=2\end{array} \quad \begin{gathered}\left(J+J^{0} e^{i 4 q}\right)=2 \\ !(q)+\left(J+J^{0}\right)=2\end{gathered} \quad=0:$
(A•11)

Equation eq. (A.11) leads to the spin-w ave dispersion for the H am iltonian (A $\cdot 1$ ) as

$$
!(q)=p \overline{J J^{0}} \sin (2 q) ;
$$

where $!_{\mathrm{p}}(\mathrm{q})=J_{\text {II }} \sin (2 \mathrm{q})$ for the H am iltonian (4.1a) and $!(q)=\frac{J_{\text {III }} J_{\text {II }}^{0}}{} \sin (2 q)$ for the H am iltonian (42a).
[1] D. Jerom e and H.J. Schulz: A dv. P hys. 31 (1982) 299.
[2] T. Ishiguro, K . Yam a ji and G . Saito: O rgan ic Superconductors (Springer-V erlag, Berlin, 1998).
[3] J.P.P ouget and S.R avy: J.P hys. I (France) 6 (1996) 1501; Synth. M et. 85 (1997) 1523.
[4] S. K agoshim a, Y. Saso, M . M aesato, R. K ondo and T. H asegaw a: Solid State C om m un. 110 (1999) 479.
[5] H. Seo and H. Fukuyam a: J. Phys. Soc. Jpn. 66 (1997) 1249.
[6] N. K obayashi, M . O gata and K. Y onem itsu: J. Phys. Soc. Jpn. 67 (1998) 1098.
[7] Y.K urihara: J.P hys. Soc. Jpn. 51 (1982) 2123.
[8] S.Takada: J. Phys. Soc. Jpn. 53 (1984) 2193.
[9] Y.K urihara: J.Phys. Soc. Jpn. 53 (1984) 2391.
[10] G .C. P saltak is: Solid State C om m un. 51 (1984) 535.
[11] K . M aki and A.V irosztek: Phys. R ev. B 36 (1987) 511.
[12] Y. Suzum ura and N. Tanem ura: J. Phys. Soc. Jpn. 64 (1995) 2298.
[13] N.Tanem ura and Y . Suzum ura: P rog.T heor. Phys. 96 (1996) 869.
[14] Y. Suzum ura: J. Phys. Soc. Jpn. 66 (1997) 3244.
[15] Y.Tom io and Y . Suzum ura: J.Phys. Soc.Jpn. 69 (2000) 796.
[16] Y. Tom io and Y. Suzum ura: J. Phys. Soc. Jpn. 70 (2001) 2884.
[17] M . M ori and K . Yonem itsu: M ol. C ryst. Liq. C ryst. 343 (2000) 221.
[18] Y. Tom io, N. D upuis and Y. Suzum ura: Phys. Rev. B 64 (2001) 125123.
[19] K. Sengupta and N.D upuis: Phys. Rev.B 61 (2000) 13493.
[20] D. Poilblanc and P. Lederer: Phys. Rev. B 37 (1988) 9650; ibid. 37 (1988) 9672.
[21] G.I. Japaridze: P hys. Lett. A 201 (1995) 239.
[22] M . N akam ura: P hys. Rev. B 61 (2000) 16377.
[23] N. Tanem ura and Y.Suzum ura: J. Phys. Soc. Jpn. 64 (1995) 2158.


[^0]:    E-m ail: tom io@ edu2 phys.nagoya-u ac.jp
    E-m ail: kurihara@ es.htokai.ac.jp
    E-m ail: e43428a@ nucc.cc.nagoya-u ac.jp

